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Abstract
In this manuscript we present the thermodynamics of iron-carbon nano particles at low temperature. By combining
classical molecular dynamics simulations, ab initio calculations, finite temperature thermodynamics modeling, and the
“size/pressure approximation”, we address carbon-induced fluidization, size-induced eutectic point shift, and reduced
solubility at the nanoscale. The results are used to describe, as functions of particle size, three scenarios in the catalytic
chemical vapor deposition growth of single single-walled carbon nanotubes, corresponding to steady state-, limited-
and no-growth.
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1. Introduction
Low temperature catalytic chemical vapor deposition (CVD) is the most appropriate technique, among the estab-
lished methods for growing single-walled carbon nanotubes (SWCNTs) [1, 2], on a substrate at a target position and
can thereby accelerate the integration of this unique material in hybrid electronics. Reported synthesis of SWCNTs by
CVD at reactor temperature as low as ∼350-450◦C was achieved by using hydrocarbons with extremely exothermic
catalytic decomposition reaction [3, 4], which may release significant free energy (e.g. for acetylene 260 kJ/mol at
650◦C [5]), aﬀecting the temperature of the catalyst under certain conditions. For instance, if all produced heat is
stored in the particle, the calculated temperature rise is ΔT=6834K [5]. Thermal coupling with the substrate and with
the surrounding gases has significant impact and, eventually, defines the catalyst local temperature.
Consider the vapor-liquid-solid model (VLS) as the most probable mechanism for SWCNT growth [8, 9, 10].
An alternative approach for lowering the growth temperature can be the reduction of the catalyst size, since the
Gibbs-Thomson model predicts a decrease of the melting temperature with decreasing cluster size [11, 12, 13] and
the synthesis temperature is correlated to the catalyst-carbon melting and eutectic points [14, 15, 16]. While small
catalyst particles nucleate small diameter tubes, they also aﬀect the morphology of the formed carbon structures [17],
the kinetics of the growth [18, 19], and the solubility of carbon available for the growth process. The latter requires
understanding the thermodynamic state [12]. The main challenges are the un-exposed features of small catalysts
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and their binary phase diagrams with carbon. In this manuscript, we address the carbon solubility problem in Fe
nanoparticles by summarizing briefly our experiments of the size-dependent growth of SWCNTs by CCVD, and by
presenting detailed thermodynamic modeling of competing phases in Fe-C clusters with ab initio calculations.
2. V-shape and role of Fe3C
In reference [10], Harutyunyan et al. have performed combined in situ studies of the Fe-catalyst activity during
SWCNT growth by mass spectrometry with diﬀerential scanning calorimetry (DSC) and Raman spectroscopy. By
sequentially introducing 12C- and 13C-based methane, the authors have revealed the influence of catalyst composition
on the lifetime and termination path of the growth. The authors concluded that the presence of a “V”-shape liquidus
line at the nanoscale was necessary to explain the experimental results.
Figure 1: (color online). a). Evolution of liquidus of Fe and Fe:Mo supported catalysts during nanotube growth, measured by DSC.
b). Hydrogen concentration normalized evolution during SWCNT growth, with Fe:Al2O3, obtained with a mass spectrometer. The
insets correspond to experiments with a sequential introduction of 12CH4 and 13CH4 gas, for (b1) 3 and 17, (b2) 7 and 13, (b3) 10
and 10 min, respectively. Reproduced from Ref. [10].
Figure 1 (reproduced from Ref. [10]) summarizes the results. By comparing the region of high H2 concentration
in the exhaust of the reactor, the continuous in situ measurement of the liquidus of the nanocatalyst and the outcome
of the growth performed with normal (12CH4) or “heavy” methane (13CH4), it is evident that the growth is associated
with the region in which Tsynth is higher than Tmelting. In other words, the figure implies that the particle, upon pollution
with C, undergoes a process of fluidization with an associated eutectic point (the minimum in the blue line of panel
(a)). Further pollution causes an increase of the liquidus, with concomitant nucleation of a stable phase (cementite,
a Fe3C carbide), which is inactive and terminates the process. By looking at the usual Fe-C phase diagram [20, 21],
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it is possible to realize that the mechanism described above is congruent with an isotherm at temperature higher than
the eutectic, crossing twice the liquidus, by going from the γ-Fe phase, to the liquid, and then to the Fe3C carbide.
3. Molecular Dynamics calculations of eutectic points for Fe-C nanoparticles
Chemical vapor deposition experiments of SWCNT growth from small particles (diameter ∼0.6-2.1 nm) indicate
that the diameter of the nanotube is similar to that of catalyst particle from which it grows [22, 23, 24, 25, 26, 27, 28].
In some experiments where the growth mechanism is thought to be root-growth, the ratio of the catalyst particle
diameter to SWCNT diameter is ∼1.0 [25], whereas in experiments involving pre-made floating catalyst particles
this ratio is ∼1.6 [27, 28]. It is therefore clear that, to reduce the SWCNT diameter, one has to reduce the size of
the catalytic particle. In addition, the Gibbs-Thomson phenomenon predicts decrease of the melting point, Tm, of a
particle [29, 30, 31] in function of bulk melting temperature Tbulkm , eﬀective diameter of the particle d, latent heat of
melting ΔHsv, and solid-vapor interfacial energy γsv [32].
Figure 2: (color online). Melting temperature versus the inverse of particle diameters. Free non-magic sizes (•) and their linear fit
(dashed line); supported non-magic sizes () and their linear fit (solid line); Supported clusters have higher melting temperatures
due to the decreased curvature of the surface as shown on the two right particles where RS > RF , [33]. Melting temperatures of
free magic sizes (◦) and supported magic sizes () clusters are compared with the linear fit lines of non-magic sizes (inset). Figure
adapted from Ref. [12].
To study the “V”-shape liquidus of Fe-C nanoparticles, we use Molecular-Dynamics (MD) simulations. The
simulations are carried out in an NVT ensemble using the Verlet algorithm [34, 35] with a time step Δt = 1.0 fs and
Nose´-Hoover thermostats [12]. The Fe-Fe, Fe-C, and C-C, interactions are described by Born-Mayer [36, 37], Johnson
[38, 39], Lennard-Jones [40] potentials, respectively. These interaction models are discussed in detail elsewhere
[39, 12]. We use a Morse potential to model the Fe:C-Al2O3 interaction, as introduced by us in Ref. [12]. To
avoid excessive kinetic energy fluctuations in the MD simulations of the nanoparticles one should start from the most
stable configurations. We search for the best possible energy minima by randomly arranging atoms in a spherical
nanoparticle, carefully optimizing the positions of iron and carbon atoms and finally annealing the nanoparticles for
6 × 106 MD iterations. In our work, the melting phenomenon is analyzed by performing several MD simulations
starting at about 300 K below the expected melting point with temperature increments of 10 K for small (N < 100)
and 20 K for large clusters (with 5 K upon approaching the transition). Only the lowest-temperature simulations begin
from the annealed initial structures: the others start from the final configurations (positions, forces, velocities) of the
preceding temperature simulations. Data gathering of the energies and other averages are performed over 106 MD
steps.
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Several dynamical and structural properties such as total energy, Lindemann index, diﬀusion coeﬃcients, and pair
correlation functions can be used to identify phase transitions in nanoparticles [41, 42]. We characterize the melting
phenomenon by the temperature dependence of the total energy (caloric curve), by the change in the total energy with
time, and by the variation of the Lindemann index with respect to temperature [43]. The Lindemann index represents
the root-mean-square relative bond-length fluctuation:
δ ≡ 2
N(N − 1)
∑
i< j
√
〈r2i j〉 − 〈ri j〉2
〈ri j〉 , (1)
where ri j is the distance between atoms i and j, N is the number of atoms and the average is calculated over an MD
run at a given T .
The melting point, which defines the temperature at which a solid becomes liquid, is a macroscopic concept for
pure and bulk systems. Both finite-size and presence of more than one atomic species make the melting transition a
continuous phenomenon that occurs over a range of temperatures, ΔTm, in which solid and liquid phases coexist with
diﬀerent fractions [29, 44, 45]. To have a specific value of Tm instead of a range, we define the melting temperature
Tm as the “max-solid point” which represents the maximum temperature at which the solid and the liquid phases
coexist (the locus of all the max-solid points is the liquidus). Above Tm, no solid phase is present. Note that within
this definition of Tm, we also identify plastic-viscous nanoparticles as “liquid” [46]. Similarly, the min-liquid point
is the minimum temperature at which the solid and the liquid phases coexist (the locus of all the min-liquid points
is the solidus). The diﬀerence between the energies of the particle at the max-solid and at the min-liquid points
defines the enthalpy of melting ΔHm [12]. Figure 2 shows Tm of pure Fe nanoparticles in the whole range of sizes
(NFe = 80 − 1000) for free and Al2O3-supported clusters. Our results, in agreement with other theoretical [47, 48],
computational [49, 50, 51], and experimental studies [52, 53, 54, 30, 55], predict a decrease in the melting temperature
inversely proportional to the cluster diameter [56]. The behavior of Tm is described by the aforementioned Gibbs-
Thomson model.
Figure 3: (color online). Fe-C phase diagrams obtained with addition of C (up to ∼ 16%) to particles with NFe =80,100, and 200.
The “GT” arrows represent the reduction of Tm as a function of the size of the particles. The “J” arrow represent the shift of the
eutectic point toward lower C concentrations, as described in the text and in Jiang et al. [12]. Figure taken from Ref. [12].
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To understand how inclusion of C influences the thermal behavior of the catalyst nanoparticles, we determine the
melting temperature as a function of carbon concentration xC ranging from zero to ∼ 16 %. Figure 3 shows the phase
diagrams (Tm versus xC in atomic %) for particles NFe = 80, 100, and 200 based on caloric curve and Lindemann
index analysis. All the data sets show a similar trend in function of C concentration: Tm decreases almost linearly at
low xC and then increases for all the higher xC considered. The exact functional form is diﬃcult to determine because
of the dispersion in the data, however the observed “V”-shape dependence is consistent with that in the bulk Fe-C
phase diagram [20, 21]. Hence, by using the least square method we approximate the liquidus by a set of two straight
lines, the intersection of which gives the eutectic point (xCeut, Teut) [57]. This procedure allows us to estimate this
invariant point with an accuracy of 1% and 12 K for xCeut and Teut, respectively. We observe that as the particle size
is reduced, the eutectic point moves toward lower temperatures and lower concentrations. Due to the high energetic
cost for bringing bulk cementite oﬀ-stoichiometry (in the Fe-C phase diagrams Fe3C forms two-phase regions with
austenite (γ) and ferrite (α) without going oﬀ-stoichiometry [20, 21]), the most probable cause of the shift of xCeut is a
reduced solubility of C. This does not necessarily imply that the total amount of C (either dissolved in Fe or forming
cementite) present in the nanoparticle decreases, because solubility counts only the carbon dissolved randomly in the
solid Fe-rich phases, (in equilibrium with Fe3C (below Teut) or with the liquid/viscous phase (above Teut)).
Figure 4: (color online). Bulk Fe-C phase diagram with arrows indicating the shift of boundary lines as a function of reduced
nanoparticle size. “GT” arrow indicates the Gibbs-Thomson phenomenon while “J” represents the results of our molecular dy-
namics calculations [12]. Due to the fact that Fe3C is a line compound as summarized by the “crossed” arrow, the only plausible
mechanism responsible of the shift of the eutectic point is a concomitant reduction of C solubility, in both the γ and α phase (“must”
arrows).
Figure 4 shows the bulk Fe-C phase diagram with arrows indicating the shift of boundary lines as a function
of reduced nanoparticle size. By following the ”“GT”, “J”, and “must” arrows, one realizes that the only plausible
mechanism responsible of the shift of the eutectic point is a concomitant reduction of C solubility, in both the γ and
α phases. The solubility reduction can be caused by excess free energy for interstitial C defects in γFeC and αFeC
at the nanoscale, or the nucleation of a new phase at low temperature in small particles. The latter has a stronger
impact on the amount of unordered-solute C inside the catalyst because it tends to segregate and order C by lowering
its chemical potential and, hence, reducing its concentration in the random phases γFeC and αFeC.
Figure 5 shows the MD-averaged radial distribution function Ntotal/r2, calculated with respect to the geometrical
center of the cluster, for two nanoparticles Fe80C6 and Fe320C24 at temperatures 25% higher than their melting points.
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The panels N/Ntotal, devising the fraction of species C and Fe, indicate that while the larger particle tends to be
homogeneous, the smaller cluster has a strong ordering tendency. The phenomenon, typical of liquid/viscous systems
in which a solid phase is competing for stability, corroborates the aforementioned observation of reduced solubility
caused by nucleation of a carbide at the nanoscale.
Figure 5: (color online). Radial distribution function Ntotal/r2, calculated with respect to the geometrical center of the particle, for
two nanoparticles Fe80C6 and Fe320C24 at temperatures 25% higher than their melting point Tm. The panels N/Ntotal indicate the
fraction of species, C and Fe.
4. Ab initio calculations of Fe3C stability in Fe-C nanoparticles at low temperature
Additional experimental results suggesting loss of carbon solubility in Fe-C nanoparticles are reported in Ref.
[58, 59]. In this manuscript, the authors show that, by changing Fe:Al2O3 molar ratio 1:15, 1:25, 1:50 and 1:100 [60],
corresponding to particles of diameters ∼ 3 ± 0.6,∼ 2 ± 0.8,∼ 1.4 ± 0.7, and ∼ 1.3 ± 0.7 nm, the minimum synthesis
temperature for SWCNT growth, Tminsynth, increases contrary to what may be expected from the Gibbs-Thomson model
[12]. This is summarized in Figure 1 of Ref. [58], where Tminsynth is plotted as a function of the Fe:Al2O3 molar ratio.
The observation indicates that decomposition of the hydrocarbon alone is not enough to grow nanotubes and that the
temperature must be increased to ensure that a certain amount of carbon dissolves into the particle. In fact, temperature
must be increased to overcome the loss of solubility of C in the catalytically-active phase competing for thermody-
namical stability with a nucleating carbide, and not only to enhance diﬀusion of C. Therefore, the on/oﬀ phenomenon
should be addressed only through phase transformation within the particle, because a kinetic mechanism, such as dif-
fusion, would be described by Arrhenius-type equations that are incapable of representing the temperature dependent
on/oﬀ observation. The authors conclude that the origin of this apparent paradox lies in a novel phenomenon, i.e., a
reduced solubility of C in Fe nanoparticles. Within the VLS-mechanism framework with bulk diﬀusion as the rate-
limiting step [61, 62, 63, 64, 10], this implies an increase of temperature to achieve comparable amount of dissolved
carbon to allow growth.
The accurate analysis of the phenomenon is achieved by calculating the interplay between the phases competing
for stability at the temperatures of the process. For nanoparticles, this task is generally unsolvable, although qualitative
information can be extracted from approximate zero-temperature first-principles modeling. In such approaches, by
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comparing the formation energies of the candidate phases, we can determine the stability of the system at low-T and
give indications for higher temperature behavior. The ab initio simulations presented here are performed with VASP
[65, 66], using projector augmented waves (PAW) [67] and exchange-correlation functionals as parameterized by
Perdew, Burke, and Ernzerhof (PBE) [68] for the generalized gradient approximation (GGA). Simulations are carried
out with spin polarization, at zero temperature, and without zero-point motion. All structures are fully relaxed and
numerical convergence is ensured to within about 2 meV/atom.
Figure 6: Size-pressure approximation. Given a spherical particle, the pressure due to the surface curvature is obtained from the
deviation of the average bond length inside the cluster, Δdnn ≡ d0nn−dnn and mapped onto a fictitious hydrostatic pressure producing
the same bond deviation in the bulk material.
The following four assumptions form the ansatz of the model. (i) Mechanism. The behavior of carbon is deter-
mined by the interplay of four competing phases as a function of catalyst size: pure bcc-Fe, C dissolved in ferrite
(αFeCx), ordered cementite (Fe3C), and carbon SWCNTs. The pure-Fe phase is taken to be bcc because our simula-
tions are aimed to explore the low temperature regime of catalytic growth. The αFeCx phase is simulated by taking
samples of bcc supercells with diﬀerent concentrations of interstitial carbon (Fe32C, Fe24C, Fe16C). In addition, higher
concentrations of C are not required to be explored, because even in bulk αFeCx the solubility is small [20, 21]. (ii)
Carbon source. Free carbon atoms come from the dissociation of the feed-stock on the surface of pure-Fe and random
FeCx catalysts only. The formation of cementite stops the process due to its diﬀerent activity and diﬀusion properties
. (iii) Nanotubes diameter. To minimize the curvature energy of the tube, active catalysts produce nanotubes that
have the same diameter as the particle. (iv) Size-pressure approximation. In nanoparticles, surface curvature and
superficial dangling bonds are responsible for internal stress fields which modify the atomic bond lengths inside the
particles. For spherical clusters the phenomenon can be modeled with the Young-Laplace equation Δp = 2γ/R where
the proportionality constant γ (surface tension for liquid particles) can be determined with ab initio methods. As a
first approximation, by neglecting all the surface eﬀects not included in the curvature, the study of phase diagram
for spherical particles can be mapped onto the study of phase diagrams for bulk systems under the same hydrostatic
pressure produced by the curvature, as depicted in Figure 6 [69]. It is important to mention that γ is not a real surface
tension but an ab initio fitting parameter describing size-induced stress.
Figure 2 of Ref. [58] shows the implementation of the “size-pressure approximation” for Fe particles. On the left
hand side the average distortion of the bond length inside the cluster Δdnn ≡ d0nn − dnn is plot for a variety of spherical
bcc particles as a function of the inverse radius (1/R). On the right hand side the compression of the bond length is
calculated as function of hydrostatic pressure for the bulk system. The combination of the two interpolations leads to
the approximated P↔ R relation:
P · R = 2.46 GPa · nm (γ = 1.23J/m2). (2)
By performing ab initio simulations of bulk systems under pressure and with the use of relation (2), we cal-
culate the stability of all competing phases for particles with R ∼ ∞, 1.23, 0.62, and 0.41 nm corresponding to
N ∼ ∞, 600, 150, and 40, respectively. Formation Energies, EF , are calculated with respect to decomposition into
the most stable configuration of the pure elements under investigation (bcc-Fe and SWCNTs)
EF[Fe1−xCx] ≡ E[Fe1−xCx] −
−(1 − x) · E[Fe] − x · E[C]. (3)
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Figure 7: (color online) Gibbs Free Energies at T = 500, 600 and 723◦C for Fe-C nanoparticles with two diﬀerent sizes, R ∼ 0.62
nm and R ∼ 0.62 nm, respectively (panels (a) and (b)). The convex hull, calculated with respect to the most stable structures,
determines the phase boundaries. The insets show the formation energies (in meV/atom) for the two cases (figures adapted from
Ref. [58]). The black stars represent the solubility of C in α − FeCx calculated at the presented temperatures.
The Gibbs Free Formation Energy of each phase, GF , is obtained from EF upon subtraction of the entropic term
T · S tot. For simplicity, only configurational entropies S con f are taken into consideration, since the vibrational con-
tributions S vib can be neglected in first approximation (typical vibrational entropy diﬀerences between phases are
around 0.1∼0.2kB/atom, smaller than typical values of configurational entropy diﬀerences in binary alloys, at most
0.6932kB/atom [70]). In our model, the only phase allowed to go oﬀ-stoichiometry is α − FeCx. For α − FeCx we use
the ideal solution model and obtain
S con f [α − FeCx] = −kB [x · log(x) + (1 − x) · log(1 − x)] , (4)
where x is the concentration of carbon. For the other phases we have S con f [Fe3C] = S con f [SWCNT] = 0,
A structure at a given composition is considered stable if it has the minimum GF for any structure at this com-
position, and, if on the binary phase diagram, it lies below the convex hull of tie lines connecting all the other stable
structures [71, 72, 73, 74]. Phases lying above the convex hull and with small positive formation energies, might be
explored by the thermodynamics of the system through entropic promotion.
Figure 7 shows the Gibbs Free Energies at T = 500, 600 and 723◦C for two size particles , R ∼ 0.62 nm and
R ∼ 0.41 nm, panels (a) and (b), respectively. The insets (taken from Ref. [58]) show the evolution of the formation
S. Curtarolo et al. / Physics Procedia 6 (2010) 16–26 23
S. Curtarolo et al. / Physics Procedia 00 (2010) 1–11 9
Figure 8: (color online) Maximum C solubility in small Fe-C nanoparticles. The rapid reduction of the amount of available un-
bounded carbon prevents the growth of very thin SWCNTs at low temperature. Concentration is expressed in atomic %.
energies at T = 0K. The conservation of the chemical potential of carbon, implied by convex hull construction, gives
the range of solubility of phases. The black stars of figure 7 represent the maximum solubility of C in αFeCx at
T = 500, 600 and 723◦C. In big nanoparticles, R > Rmin ∼ 0.58 (calculated in Ref. [58]), αFeCx competes for
stability against SWCNTs. In smaller clusters, R < Rmin ∼ 0.58, αFeCx competes with Fe3C. The phenomenon has
an important consequence for SWCNT growth. As mentioned before, Fe3C is not catalytically active, therefore its
nucleation terminates the growth process.
Concerning CVD growth of SWCNTs, we identify three scenarios. I. Scenario I with R > Rmin (Figure 7(a)). Fe3C
has Gibbs free energy higher than the combination αFeCx ↔SWCNT. Hence, pollution of carbon at low and medium
temperature does not promote cementite nucleation. Therefore such particles remain in the catalytically-active random
αFeCx state, (solubility is unaﬀected and similar to the bulk value). The balance between in- and out- flows of carbon
can guarantee the steady state growth of nanotubes. Thermodynamically, in this regime, SWCNTs, MWCNTs and
carbon fibers could be grown indefinitely and the only limitation is the availability of carbons feed-stock [75]. In
addition, experiments performed with particles of these sizes would be described by Arrhenius equations governing
the catalytic activity and diﬀusion properties. II. Scenario II with R ∼ Rmin. For particles of size R ∼ Rmin, the
αFeCx phase and Fe3C have similar Gibbs free energies. Latter causes depletion of C in αFeC (reduced solubility)
and nucleation of ordered cementite, which reduces the amount of catalytically active random Fe. If exposed to
hydrocarbons at elevated temperatures, such particles would be capable of dissociating carbon and growing SWCNTs
with concomitant nucleation of the carbide. Such nucleation slowly terminates the growth. In this regime, SWCNTs
can be produced up to a certain critical length depending on the net flow of carbon. III. Scenario III with R < Rmin
(Figure 7(b)). By further reducing the size of the particle, R << Rmin, the Gibbs free energy of cementite becomes
negative. Practically, over the range 0 < x < 25% in the phase diagram, any available unbonded carbon will tend to
form Fe3C, because the maximum solubility of C in the random phase αFeCx is negligible. The nucleation of Fe3C
occurs simultaneously with the carbon pollution (as rapidly as the availability of feed-stock allows) and no out-flow
of carbon occurs. Particles with R < Rmin cannot grow SWCNTs, and Rmin can be considered as a lower limit for
SWCNTs’ size in low-temperature CVD growth with Fe nano-catalysts. Experiments performed with such particles
would result in Fe3C nanoparticles and no appreciable nanotube productions. The rapid reduction of C solubility in
small particles (R < Rmin) is shown in Figure 8. By reducing the size of the particle, the solubility lines shift toward
lower C concentration, in agreement with the molecular dynamics calculations and thermodynamic predictions shown
in Figures 3-4-5.
We have not yet explored other phenomena which can induce modifications in the phase diagrams of Fe-C nanopar-
ticles. The eﬀect of substrate, smooth, rough or porous, can be studied with Density Functional or Monte Carlo
methods [76, 77, 78, 79, 80, 81]. Bimetallic alloyed nanocatalysts, which can be studied with the “size/pressure
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approximation”, are interesting because they oﬀer chemical and thermodynamical advantages (Fe-Mo in Ref. [59]).
5. Conclusions
In this paper we have addressed thermodynamics of Fe-C nano catalysts with classical molecular dynamics and
quantum mechanical methods. We have introduced a novel approach, called “size-pressure approximation” which
allow an estimation of the eﬀect of particle size on phase boundaries. We show that size-induced nucleation of
cementite Fe3C is responsible for the loss of C solubility in bcc Fe nano-catalysis. The implications of the phenomenon
on low temperature CVD growth of SWCNTs are addressed. Our theoretical modeling is corroborated by the increased
minimum synthesis temperature experimentally observed in SWCNT growth with CVD and very small iron catalysts.
Acknowledgements
We wish to acknowledge helpful discussions with A. Kolmogorov and F. Cervantes-Sodi. The authors are grateful
for computer time allocated at the Teragrid facilities. This research was supported by Honda Research Institute USA,
Inc. SC is supported by ONR (N00014-07-1-0878) and NSF (DMR-0639822).
[1] C. Journet, W. K. Maser, P. Bernier, A. Loiseau, M. Lamy de la Chapelle, S. Lefrant, P. Deniard, R. Lee, and E. Fischer, Nature 388, 756
(1997).
[2] A. Thess, R. Lee, P. Nikolaev, H. Dai, P. Petit, J. Robert, C. Xu, Y. H. Lee, S. G. Rinzler, D. T. Colbert, C. Xu, D. Tomanek, J. Fischer, and R.
E. Smalley, Science 273, 483 (1996).
[3] M. Cantoro, S. Hofmann, S. Pisana, V. Scardaci, A. Parvez, C. Ducati, A. C. Ferrari, A. M. Blackburn, K. Y. Wang, and J. Robertson., Nano
Lett. 6, 1107 (2006).
[4] S. Maruyama, R. Kojima, Y. Miyauchi, S. Chiashi, and M. Kohno, Chem. Phys. Lett. 360, 229 (2002).
[5] C. Klinke, J-M. Bonard, and K. Kern, Phys. Rev. B 71, 035403 (2005).
[6] K. Teo, C. Singh, M. Chhowalla, and W. I. Milne, Encyclopedia of Nanoscience and Nanotechnology, edited by H. S Nalwa (American
Scientific Publishers, California, 2003), Vol. 1, p. 665-686.
[7] R.S. Wagner and W.C. Ellis, Appl. Phys. Lett. 4, 89 (1964).
[8] A. Gorbunov, O. Jost, W. Pompe, A. Graﬀ, Carbon 40, 113 (2002).
[9] H. Kanzow and A. Ding, Phys. Rev. B 60, 11180 (1999).
[10] A. R. Harutyunyan, E. Mora, T. Tokune, K. Bolton, A. Rosn, A. Jiang, N. Awasthi, and S. Curtarolo, Appl. Phys. Lett. 90, 163120 (2007).
[11] A. A. Chernov, Modern Crystallography 3, (Springer, Berlin, 1984).
[12] A. Jiang, N. Awasthi, A. N. Kolmogorov, W. Setyawan, A. Bo¨rjesson, K. Bolton, A. R. Harutyunyan, and S. Curtarolo, Phys. Rev. B 75,
205426 (2007).
[13] F. Ding, A. Rosen, S. Curtarolo, and K. Bolton, Appl. Phys. Lett. 88, 133110 (2006).
[14] Y. Saito, Carbon 33, 979 (1995).
[15] L. Alvarez, T. Guillard, J. L. Sauvajol, G. Flamant and D. Laplaze. Chem. Phys. Lett. 342, 7 (2001).
[16] A. R. Harutyunyan, E. Mora, and T. Tokune. Appl. Phys. Lett. 87, 051919 (2005).
[17] Y. Li, J. Liu, Y. Q. Wang, and Z. L. Wang. Chem. Mater. 13, 1008 (2001).
[18] S. Helveg, C. Lpez-Cartes, J. Sehested, P. L. Hansen, B. S. Clausen, J. R. Rostrup-Nielsen, F. Abild-Pedersen, and J. K. Nrskov. Nature 427,
426 (2004).
[19] S. Hofmann, R. Sharma, C. Ducati, G. Du, C. Mattevi, C. Cepek, M. Cantoro, S. Pisana, A. Parvez, F. Cervantes-Sodi, A. C. Ferrari, R.
Dunin-Borkowski, S. Lizzit, L. Petaccia, A. Goldoni, and J. Robertson, Nano Lett. 7, 602 (2007).
[20] T. B. Massalski (Ed.), Binary Alloy Phase Diagrams, ASM International, Metals Park, OH (1992).
[21] P. Villars, K. Cenzual, J. L. C. Daams, F. Hulliger, T. B. Massalski, H. Okamoto, K. Osaki, A. Prince, and S. Iwata, Crystal Impact, Pauling
File. Inorganic Materials Database and Design System, Binaries Edition, ASM International, Metal Park, OH (2003)
[22] K. Bolton, F. Ding, A. Borjesson, W. Zhu, H. Duan, A. Rosen, A. R. Harutyunyan, and S. Curtarolo, J. Comput. Theor. Nanosci. 6, 1-15
(2009).
[23] H. Dai, A. G. Rinzler, P. Nikolaev, A. Thess, D. T. Colbert, and R. E. Smalley, Chem. Phys. Lett. 260, 471 (1996).
[24] C. L. Cheung, A. Kurtz, H. Park, and C. M. Lieber, J. Phys. Chem. B 106, 2429 (2002).
[25] Y. Li, W. Kim, Y. Zhang, M. Rolandi, D. Wang ,and H. Dai, J. Phys. Chem. B 105, 11424 (2001).
[26] D. Ciuparu, Y. Chen, S. Lim, G. L. Haller, and L. Pfeﬀerle, J. Phys. Chem. 108, 503 (2004).
[27] A. G. Nasibulin, P. V. Pikhitsa, H. Jiang, and E. I. Kauppinen, Carbon 43, 2251 (2005).
[28] A. G. Nasibulin, A. Moisala, D. P. Brown, H. Jiang and E. I. Kauppinen, Chem. Phys. Lett. 402, 226 (2005).
[29] C. H. P. Lupis, Chemical Thermodynamics of Materials, North-Holland, New York (1983).
[30] S. L. Lai, J. Y. Guo, V. Petrova, G. Ramanath, and L. H. Allen, Phys. Rev. Lett. 77, 99 (1996).
[31] K. J. Hanszen, Z. Phys. 157, 523 (1960).
[32] F. Celestini, R. J.-M. Pellenq, P. Bordarier, and B. Rousseau, Z. Phys. D 37, 49 (1996).
[33] F. Ding, A. Rose´n, S Curtarolo, and K. Bolton, Appl. Phys. Lett. 88, 133110 (2006).
[34] L. Verlet, Phys. Rev. 159, 98 (1967).
[35] L. Verlet, Phys. Rev. 165, 201 (1967).
[36] M. Guillope and B. Legrand, Surf. Sci. 215, 577 (1989).
S. Curtarolo et al. / Physics Procedia 6 (2010) 16–26 25
S. Curtarolo et al. / Physics Procedia 00 (2010) 1–11 11
[37] J. Stanek, G. Marest, H. Jaﬀrezic, and H. Binczycka, Phys. Rev. B 52, 8414 (1995).
[38] R. A. Johnson, Phys. Rev. 134, A1329 (1964).
[39] F. Ding, K. Bolton, and A. Rosen, J. Phys. Chem. B 108, 17369 (2004).
[40] L. A. Girifalco, J. Phys. Chem. 96, 858 (1992).
[41] S. Alavi and D. L. Thomson, J. Phys. Chem. A 110, 1518 (2006).
[42] X. Zhu, X. You, R. Xiong, and Z. Zhou, Chem. Phys. 269, 243 (2001).
[43] F. A. Lindemann, Phys. Z. 11, 609 (1910).
[44] D. A. McQuarrie, Statistical Mechanics, Harper & Row, New York (1976).
[45] P. Labastie and R. L. Whetten, Phys. Rev. Lett. 65, 1567 (1990).
[46] S. Iijima and T. Ichihashi, Phys. Rev. Lett. 56, 616 (1986).
[47] R. R. Vanfleet and J. M. Mochel, Surf. Sci. 341, 40 (1995).
[48] H. Reiss, P. Mirabel, and R. L. Wetten, J. Phys. Chem. 92, 7241 (1988).
[49] F. Ding, K. Bolton, and A. Rose´n, J. Vac. Sci. Technol. A 22, 1471 (2004).
[50] H. Duan, F. Ding, A. Rosen, A. R. Harutyunyan, S. Curtarolo, and K. Bolton, Chemical Physics 333, 57-62 (2007).
[51] Y. Qi, T. Cagin, W. L. Johnson, and W. A. Goddard, J. Chem. Phys. 115, 385 (2001).
[52] P. A. Buﬀat and J. P. Borel, Phys. Rev. A 13, 2287 (1976).
[53] S. L. Lai, J. R. A. Carlsson, and L. H. Allen, Appl. Phys. Lett. 72, 1098 (1998).
[54] K. F. Peters, J. B. Cohen, and Y. W. Chung, Phys. Rev. B 57, 13430 (1998).
[55] M. Dippel, A. Maier, V. Gimple, H. Wider, W. E. Evenson, R. L. Rasera, and G. Schatz, Phys. Rev. Lett. 87, 095505 (2001).
[56] J. J. Thomson, App. of Dynamics to Phys. and Chem. (London, Macmillan), 1888.
[57] We use the least square method to determine the four parameters of the fitting function (xCeut , Teut , and the slopes of the two straight lines).
[58] A. R. Harutyunyan, N. Awasthi, E. Mora, T. Tokune, A. Jiang, W. Setyawan, K. Bolton, and S. Curtarolo, Phys. Rev. Lett. 100, 195502
(2008).
[59] S. Curtarolo, N. Awasthi, W. Setyawan, A. Jiang, K. Bolton, and A. R. Harutyunyan, Phys. Rev. B 78, 054105 (2008).
[60] A. R. Harutyunyan, E. Mora, J-W. Yoo, T. Tokune, and A.J. Epstein., J. Appl. Phys. 100, 044321 (2006).
[61] R. S. Wagner and W. C. Ellis, Appl. Phys. Lett. 4, 89 (1964).
[62] R. T. K. Baker, M. A. Barber, P. S. Harris, F. S. Feates, and R. J. Waite, J. Catal. 26, 51 (1972).
[63] R. T. K. Baker, P. S. Harris, F. Henderson, and R. B. Thomas, Carbon, 13, 17 (1975).
[64] R. T. K. Baker and P. S. Harris in Chemistry and Physics of Carbon (Marcel Dekker, New York, 1978), Vol. 14. p. 83.
[65] G. Kresse and J. Hafner, Phys. Rev. B 47, 558 (1993).
[66] G. Kresse and J. Furthmuller, Phys. Rev. B 54, 11169 (1996).
[67] P. E. Blochl, Phys. Rev. B 50, 17953 (1994).
[68] J.P. Perdew, K. Burke, and M. Ernzerhof, Phys. Rev. Lett. 77 3865 (1996).
[69] Since the amount of carbon present in the Fe particle is limited, we take γ to be independent of the carbon concentration, and we construct
the R↔ P relation by calculating pure Fe systems only.
[70] A. van de Walle and G. Ceder, Rev. Mod. Phys., 74(1), 11 (2002).
[71] S. Curtarolo, D. Morgan, K. Persson, J. Rodgers, and G. Ceder, Phys. Rev. Lett. 91, 135503 (2003).
[72] S. Curtarolo, D. Morgan, and G. Ceder, Calphad 29, 163-211 (2005).
[73] A. N. Kolmogorov and S. Curtarolo, Phys. Rev. B 73, 180501(R) (2006).
[74] A. N. Kolmogorov and S. Curtarolo, Phys. Rev. B 74, 224507 (2006).
[75] R. F. Wood, S. Pannala, J. C. Wells, A. A. Puretzky, and D. B. Geohegan, Phys. Rev. B 75, 235446 (2007).
[76] A. Bo¨rjesson, S. Curtarolo, A. R. Harutyunyan, and K. Bolton, Phys. Rev. B 77, 115450 (2008).
[77] S. Curtarolo, G. Stan, M. W. Cole, M. J. Bojan, and W. A. Steele, Phys. Rev. E 59, 4402-4407, (1999).
[78] M. J. Bojan, M. W. Cole, W. A. Steele, G. Stan, and S. Curtarolo, Phys. Rev. E 59, 864-873, (1999).
[79] F. Ancilotto, S. Curtarolo, F. Toigo, and M. W. Cole, Phys. Rev. Lett. 87, 206103 (2001).
[80] S. Curtarolo, W. Setyawan, R. D. Diehl, N. Ferralis, M. W. Cole, Phys. Rev. Lett. 95, 136104 (2005).
[81] W. Setyawan, N. Ferralis, R. D. Diehl, M. W. Cole, and S. Curtarolo, J. Phys.: Condens. Matter 19, 016007 (2007).
26 S. Curtarolo et al. / Physics Procedia 6 (2010) 16–26
